Magnesium and nickel(II) furan-2,5-dicarboxylate

Schau-Magnussen, Magnus; Gorbanev, Yury; Kegnæs, Søren; Riisager, Anders

Published in:
Acta Crystallographica. Section C: Crystal Structure Communications

Link to article, DOI:
10.1107/S0108270111036535

Publication date:
2011

Document Version
Publisher's PDF, also known as Version of record

Link back to DTU Orbit

Citation (APA):
Magnesium and nickel(II) furan-2,5-dicarboxylate

Magnus Schau-Magnussen,a* Yury Y. Gorbanev,b Søren Kegnæsb and Anders Riisagerb

a Department of Chemistry, University of Copenhagen, Universitetsparken 5, DK-2100 Copenhagen, Denmark, and b Department of Chemistry, Centre for Catalysis and Sustainable Chemistry, Technical University of Denmark, Building 207, DK-2800 Kgs. Lyngby, Denmark

Correspondence e-mail: magnus@kiku.dk

Received 5 July 2011
Accepted 7 September 2011
Online 17 September 2011

The salts hexaaquamagnesium furan-2,5-dicarboxylate, [Mg(H2O)6](C6H2O5), (I), and hexaquanickel furan-2,5-dicarboxylate, [Ni(H2O)6](C6H2O5), (II), provide the first crystallographic characterization of the furan-2,5-dicarboxylate dianion. Both structures exhibit extensive three-dimensional hydrogen-bonding networks between the octahedral coordinated hexaaquametal(II) ions and the dicarboxylate anions. Although the two structures are not isomorphous, they contain essentially identical two-dimensional slabs. The distinction between the structures is that these slabs are related by translation in (II), whereas adjacent slabs in (I) are reflected relative to each other by the action of a glide plane. The reflection occurs so that the local contacts between slabs are not changed, and thus the hydrogen-bond networks are identical except for the orientation of the water molecules at the interface between slabs.

Comment

Furan-2,5-dicarboxylic acid (FDA) has been identified by the US Department of Energy biomass programme as one of the 12 chemicals that in the future can be used as a feedstock from biomass in biorefineries (Werpy & Petersen, 2004; Bozell & Petersen, 2010). Owing to the presence of the two carboxylic acid groups, FDA is considered to be a biorenewable building block in the formation of polymers from biomass and therefore may become an alternative to terephthalic, isophthalic and adipic acids, which are all produced from fossil fuel resources (Bozell & Petersen, 2010; Boisen et al., 2009; Gorbanev et al., 2011). In order to be able to use FDA as a building block for polymers, the compound must be of high purity. Herein we show that it is possible to crystallize furan-2,5-dicarboxylate as magnesium and nickel salts starting from FDA and the metal carbonates in water.

The title compounds, hexaaquamagnesium furan-2,5-dicarboxylate, (I), and hexaquanickel furan-2,5-dicarboxylate, (II), have the same molecular structure and the crystals are constitutionally identical. The asymmetric unit comprises one [M(H2O)6]2+ cation and one furan-2,5-dicarboxylate anion. The Mg and Ni structures are illustrated in Figs. 1 and 2, respectively. The metal–water distances in the cations, as well as the bond lengths in the dianions, are unexceptional. With Mg1—O(water) bond lengths of 2.0289 (7)–2.1077 (7) Å and Ni1—O(water) bond lengths of 2.0219 (5)–2.0840 (6) Å, all distances are approximately equal to the average bond lengths of previously characterized [M(H2O)6]2+ complexes [Mg—O = 2.06 (2) Å and Ni—O = 2.05 (2) Å] in the Cambridge Structural Database (CSD; Version 5.32 of November 2010; Allen, 2002).

Figure 1
View of the molecular structure of (I), showing the atom-labelling scheme. Displacement ellipsoids are drawn at the 50% probability level and H atoms are shown as spheres of arbitrary radii.

Figure 2
View of the molecular structure of (II), showing the atom-labelling scheme. Displacement ellipsoids are drawn at the 50% probability level and H atoms are shown as spheres of arbitrary radii.
All bond lengths in the dianions are approximately equal to the bond lengths of the parent furan-2,5-dicarboxylic acid (Martuscelli & Pedone, 1968) and also the monoanion in potassium catena-(2,5-dicarboxyfuran) (Jaulmes et al., 1982).

The intermolecular interactions are consequently the most interesting features of the structures. The packing in both (I) and (II) is governed by an elaborate three-dimensional hydrogen-bonding scheme. The presence of both an excellent hydrogen-bond donor (aqua ion) and acceptor (dicarboxylate) should lead to strong intermolecular interactions, and in both structures the packing allows short, almost linear, O—H—O hydrogen bonds (Tables 1 and 2), consistent with strong interactions (Jeffrey, 1997). It is also in the packing that the only significant distinction between the two structures becomes apparent. In (II), the planes of all of the furan-2,5-dicarboxylate anions are parallel, whereas in (I) there exists two sets of anions where the molecular planes form an angle of 28.14 (2)° with each other.

Although the two compounds are not isomorphous, there is a very close relationship between them, which is expressed by the cell parameters: c in (I) [18.579 (3) Å] ≈ b in (II) [18.4255 (9) Å], a in (I) [6.6577 (17) Å] ≈ c in (II) [6.5942 (8) Å] and β in (I) = α in (II) = 90°. Consequently, the structures contain almost identical two-dimensional slabs parallel to these specified unit-cell faces. The structures appear essentially identical in projection along the a axis for (I) and along the c axis for (II) (see Figs. 3 and 4). The crystallographic repeat unit of the two-dimensional slabs corresponds to the unit-cell contents of (II) (Fig. 4). In (II), adjacent slabs are related by direct translation along the a axis. This gives rise to a monoclinic structure. In (I), the arrangement is such that the next slab is reflected compared to its neighbour (see Fig. 5), by virtue of the glide planes lying perpendicular to the a axis. The reflection occurs between every slab so that the crystallographic translation encompasses two slabs and is perpendicular to the plane of the slabs. Thus, (I) is orthorhombic. The resulting relationship between the cell parameters in the two structures is: b axis in (I) = [2a cos (β — 90)] in (II).

The reflection of adjacent slabs in (I) occurs so that the local contacts between layers are not changed compared to those in (II), i.e. the positions of the atoms in contact between layers remain essentially unchanged. Thus, the hydrogen bonding between slabs is essentially identical in the two structures. The difference is the orientation of the water molecules at the interface between slabs.

This difference in structure for these two compounds with identical composition and comparable size of the metal ion is interesting but difficult to explain. The answer might be a subtle difference in the preferred geometry of the hexaqua metal(II) ions as a result of the different d-orbital configuration. The d0-configuration of Mg2+ does not impose any energetic penalty on the orientation of the coordinated water ligands compared to nickel (d8), thus accommodating a packing which leads to a structure with higher symmetry.
**Compound (I)**

**Crystal data**

\[
[Mg(H_2O)_6](C_6H_2O_5) \quad \text{Crystal data} \\
\beta = 9.2242 (5) \text{ Å} \\
\mu = 0.21 \text{ mm}^{-1} \\
T = 122 \text{ K} \\
\alpha = 1.83 \text{ mm}^{-1} \\
\beta = 0.31 \times 0.23 \times 0.07 \text{ mm} \\
\]

**Data collection**

Nonius KappaCCD diffractometer \\
Absorption correction: integration \\
Monochromatic, \( \mu \) radiation \\
\( \beta \) scans \\
2972 independent reflections \\
199 parameters \\
12 restraints

**Refinement**

\[R(F^2 > 2\sigma(F^2)) = 0.035 \]

\[wR(F^2) = 0.092 \]

\[S = 1.06 \]

\[R_{	ext{max}} = 0.082 \]

\[\Delta

\text{H atoms treated by a mixture of independent and constrained refinement} \\
\Delta

\]

**Compound (II)**

**Crystal data**

\[\text{Ni(H}_2\text{O})_6(\text{C}_6\text{H}_2\text{O}_5)\quad \text{Crystal data} \\
\beta = 9.2242 (5) \text{ Å} \\
\mu = 1.83 \text{ mm}^{-1} \\
T = 122 \text{ K} \\
\alpha = 1.24 \times 0.24 \times 0.03 \text{ mm} \\
\]

**Data collection**

Nonius KappaCCD diffractometer \\
Absorption correction: integration \\
Monochromatic, \( \mu \) radiation \\
\( \beta \) scans \\
9072 independent reflections \\
7619 reflections with \( I > 2\sigma(I) \) \\
\( R_{	ext{int}} = 0.053 \]

**Refinement**

\[R(F^2 > 2\sigma(F^2)) = 0.028 \]

\[wR(F^2) = 0.080 \]

\[S = 1.10 \]

\[9072 \text{ reflections} \]

\[199 \text{ parameters} \]

\[12 \text{ restraints} \]

H atoms treated by a mixture of independent and constrained refinement 

**References**


Supplementary data for this paper are available from the IUCr electronic archives (Reference: B31023). Services for accessing these data are described at the back of the journal.